The technique of Raman spectroscopy in the characterization physical, chemical and structural ferroelectric of the materials

M R Joya\textsuperscript{1}, J Barón-Jaimez\textsuperscript{2} and J Barba-Ortega\textsuperscript{1}
\textsuperscript{1} Departamento de Física, Universidad Nacional de Colombia, Bogotá, Colombia.
\textsuperscript{2} Grupo Plasnamat, Instituto de Investigaciones en Materiales, Universidad Autónoma de México, DF, México.
E-mail: mrinconj@unal.edu.co

Abstract. The ferroelectric ceramics have been one of the most studied compounds in the literature both in obtaining the same growth as in behavior of chemical and physical properties. In its growth the materials can go through other phases or to change their magnetic ferroelectric properties due to vacancies generated as $PbTiO_3$ material. This material structural changes its phase also applying pressure with temperature, concentration and allowing anharmonic study behavior \cite{1}. Raman spectroscopy is a technique which provides high resolution in seconds chemical and structural information of almost any organic or inorganic compound. As a technique which does not require a special atmosphere or vacuum, is one technique that has been used extensively in the characterization of ferroelectric materials in particular of $PbTiO_3$.

1. Introduction
Lead titanate, $PbTiO_3$ ($PT$), is a known Perovskite kind of ferroelectric ceramic. The substitution of $Pb^{2+}$ to $La^{3+}$ ions improves the mechanical and ferroelectric characteristics of $PT$. Due to its potential in technological applications, $PLT$ has been widely studied \cite{1, 2, 3, 4, 5, 6, 7, 8, 9, 10, 11, 12, 13, 14, 15}. The physical properties of $PLT$ depend mainly on the concentration of Lanthanum. It is also known that the particle size, the morphology and the crystal structure govern the ferroelectric structure in this material. $PT$ has a high phase transition temperature from tetragonal ferroelectric to cubic paraelectric ($T_c = 770k$), but it decreases with increasing concentration of Lanthanum. The same thing occurs with hydrostatic pressure applied ($T_c = 12GPa$). These effects were verified in other published papers\cite{16, 17, 15}. The Titanium of ($PT$) exhibits a negative thermal expansion ($NTE$), whose temperature depends on the lattice parameters which changes with La-concentration) \cite{18}. The phononic modes in $PLT$ have been studied before \cite{2, 4, 5}. However, besides the recent work by Joya and Ahart \textit{et al} \cite{1, 6}, an evolution of Raman mode with the temperature and the pressure has not been documented in details.

2. Experimental
Raman scattering measurements were performed using a Jobin-Yvon T64000 triple monochromator with a CCD detector. The exciting light from an argon laser was focused...
on the samples with an optical microscope using a long working distance 50X objective. For
the low temperature measurements, in the 10 K to 300 K range, a helium closed cycle cryostat
was used while for high temperature, in the 300 K to 850 K range, an optical micro furnace was
used. High pressure was applied on the samples using a diamond anvil cell (DAC), stainless steel
gaskets with 100 micrometers thickness, and holes with a diameter of about 120 micrometers.
Within our experimental conditions, we could not reach a pressure above 7.5 GPa, since the
holes in the gaskets were deformed. The pressure transmitting medium was methanol-ethanol
in the classic proportion 4:1. The frequency values of each vibrational mode were obtained by
fitting asymmetric Lorentzian line shapes.

3. Results
In Figure 1 shows the Raman spectra as a function of temperature, normal modes of vibration
go towards low frequencies with increasing temperature. The temperature affects the population
of the different levels for each normal mode due to the non-equidistance in levels of energy,
since the average position of atoms changes. However, in both cases, the change in the network
parameters is attributed to the potential anharmonicity. On the other hand, the variations of
the half-width of Raman bands under the effect of temperature or pressure are attributed to the
decay to the decay of a given phonon into two or three phonons [19].

In figure 2 the softening of all the Raman peaks is due to the increase of chemical and
Figure 2. The Raman spectra for the region low frequency for the 2.5% La sample. This figure shows the softening evolution of the E1(\(TO\)) mode with increasing applied hydrostatic pressure.

structural disorders. Similar frequency behavior shifts and broadening were observed for the other La concentrations. The peak softening could be due to the defects and dislocations present in the lattice, local symmetry breakdown for the impurities and vacancies. All these effects in the lattice can lead to a breakdown of the Raman selection rules, this effect is observed in the damping of the vibration modes. Where \(P\) is the pressure, \(\alpha\) the thermal expansion, \(d\omega\) the shift of Raman bands, \(T\) the temperature, and \(\alpha\) the Coefficient of thermal expansion. This equation can be written as a function of bulk modulus [20, 21, 22]:

\[
\left( \frac{\partial \omega}{\partial T} \right)_P = -B\alpha \left( \frac{\partial \omega}{\partial P} \right)_T + \left( \frac{\partial \omega}{\partial T} \right)_V = B\alpha \left( \frac{\partial \omega}{\partial P} \right)_T + \left( \frac{\partial \omega}{\partial T} \right)_P \quad (1)
\]

The first term \(\left( \frac{\partial \omega}{\partial T} \right)_V\) in equation 1 denotes the phonon-phonon interaction, or is the so-called explicit contribution of anharmonicity. To the right of the equation the volume-dependent implicit term \(\left( \frac{\partial \omega}{\partial P} \right)_T\) can be obtained by measuring the Raman spectrum under pressure at constant temperature. The term \(\left( \frac{\partial \omega}{\partial T} \right)_P\) can be determined by measuring the spectrum as a function of the temperature at constant pressure. The coefficients \((d\omega/dp)_T\) are related through the coefficient of thermal expansibility and compressibility of the materials.

As can be observed data found in other work [19], with increasing concentration the coefficient also increases to an absolute value. In this case, we were unable to calculate the coefficient for 15 and 20% La concentration, since the bulk modulus values have not been reported in the literature. In table 1 the result of the coefficient of anharmonicity for the pure material is comparable to that of literature obtained by simulation of the molecular dynamic [23].
Table 1. Calculation of \( \left( \frac{\partial \omega}{\partial T} \right)_V \) coefficients at constant volume. Explicit contribution of anharmonicity.

| PLT (E1) | 0% La | 2.5% La | 5% | 10% La |
|----------|-------|---------|----|--------|
| \( \left( \frac{\partial \omega}{\partial T} \right)_V (\text{cm}^{-1}) \) | -0.039 | -0.054 | -0.06 | -0.08 |

Acknowledgements
The authors would like to thank Ely Dannier V-Niño from LNDC - UFRJ and A. Barba for their very useful discussions.

References
[1] M R Joya, J Barba-Ortega, P S Pizani, 2013 J. Appl. Phys 113 013512
[2] Z Cai, X Xing, R Yu, G Liu, Q Xing 2006 J. of Alloys and Compounds 420 273
[3] J A Sanjurjo, E López-Cruz, G Barus 1983 Phys. Rev. B 28 7260
[4] Z Kutnjak, J Petzelt and R Blinc 2006 Nature. Lett 441 956
[5] E C Paris, M F C Gurgel, M R Joya, G P Casali, C O Paiva-Santos, T M Boschi, P S Pizani, J A Varela, E Longo 2010 J. of Phys. and Chem. of sol 71 12
[6] M Ahart, M Somayazulu, R E Cohen, P Ganesh, P Dera, H. Mao, R Hemley, Y Ren, P Liermann and Z Wu 2008 Nature. Lett 451 6459
[7] Y Liu, G Xua, C Song, Z Ren, G Han, Y Zheng 2008 Materials Science and Engineering A 472 260
[8] P S Dobal and R S Katiyar 2002 J. Raman Spectrosc 33 405
[9] J Zhu, H Xu, J Zhang, C Jin, L Wang and Y Zhao 2011 J. Appl. Phys 110 084103
[10] S Zhang and F Li 2012 J. Appl. Phys 111 031301
[11] S Zhai, W Xue, C Lin, X Wu, E Ito 2011 Phys. Chem Minerals 011 0436-1
[12] E Simon, F Borodavka, I Gregora, D Nuzhnyy, S Kamba, J Hlinka, A Bartasyte and S Margueron 2011 J. Appl. Phys. 110 084115
[13] T Shimada, Y Uratani and T Kitamura 2012 Appl. Phys. Lett 100 162601
[14] A Crassous, V Garcia, K Bouzehouane, S Fusil, A H G Vlooswijk, G Rispens, B Noheda, M Bibes and A Barthélémy 2010 Appl. Phys. Lett 96 042901
[15] N Jaouen, A C Dhauissy, J P Itie, A Rogalev, S Marinell and Y Joly 2007 Phys. Rev. B 75 224115
[16] M R Joya and P S Pizani 2010 Appl. phys. Lett 97 031903
[17] P Ganesh and R E Cohen 2009 J. Phys.Condens. Matter 21 064225
[18] J Chen, X Xing, R Yu and G Liu 2005 J. Am. Ceram. Soc 88 1356
[19] M R Joya, J Barba-Ortega and P S Pizani 2013 Jour. App. Phys 113 013512
[20] S K Srivastava 2006 Solid State Sciences 8 573
[21] A Bartasyte, S Margueron, J Kreisel, B Bourson, O Chaux-Plancher, L Rapenne-Homand, J Santiso, C Jimenez, A Abrutis, F Weiss and M D Fontana 2009 Phys. Rev. B 79 104104
[22] I Efthimiopoulos, K Kunc, S Karmakar, K Syassen, M Hanfland and G Vajenine 2010 Phys. Rev. B 82 134125
[23] S Costa, P Pizani, J Rino and D Borges 2005 J. Phys. Condens. Matter 17 5771